Electrical properties of lithium ferrite with addition of ZrO₂

S A Lamonova, A P Surzhikov and E N Lysenko

Tomsk Polytechnic University, 30 Lenin Ave, 634050, Tomsk, Russia
E-mail: sal17@tpu.ru

Abstract. The study of electrical properties of composite ceramics based on lithium ferrite LiFe₅O₈ with the addition of ZrO₂ (1 and 2 wt%) was carried out. The samples were prepared by standard ceramic technology. Synthesis of lithium ferrite was conducted at 800°C for 120 minutes. The zirconium dioxide was added to synthesized powder by mixing in planetary ball mill, and then the composite powders were sintered at temperatures of 1100°C and 1050°C. The electrical conductivity of the samples was studied using two-probe spreading resistance method. It was found that addition of ZrO₂ and an increase of its up to 2 wt% leads to increase in the activation energy and electrical resistivity.

1. Introduction
Lithium ferrite (LiFe₅O₈) is widespread as the microwave ferrite material. The high Curie temperature (above 600°C) and saturation magnetization (about 3600 G) allowed to create a number of substituted lithium ferrites, which have been used in various microwave and high frequency devices [1-2]. For such ferrite systems, an important parameter is the high electrical resistivity (ρ > 10⁶ Ωm·cm) providing low dielectric loss of material. Previously, the preparation of LiFe₅O₈ by the standard ceramic technology was studied [3-7]. Also, the dielectric and magnetic properties of these compounds were investigated [1, 2, 8-12].

It was previously demonstrated [13, 14], the small amounts (< 5 wt%) of ZrO₂ may be used as an effective additive in the manufacture of some ferrite materials, which significantly influences on the microstructure and magnetic properties of ferrites. Thus, it was found that the introduction of ZrO₂ into Li-Zn ferrite during synthesis leads to increase the value of initial magnetic permeability of ferrites and reduce the magnetic losses [15]. Moreover, the addition of ZrO₂ during high temperature sintering improves the mechanical properties of nickel ferrite, such as a bending strength, microhardness and fracture toughness [16]. It was shown that ZrO₂ is insoluble in the ferrites at high temperatures, and the composite materials, such as ZrO₂/NiFe₂O₄ in [17], are obtained after sintering.

In this paper, the influence of ZrO₂ addition (1 and 2 wt%) on the electrical conductivity of LiFe₅O₈ lithium ferrite was studied.

2. Experimental
Lithium ferrite samples were prepared by standard ceramic technology. Iron oxide (Fe₂O₃) and lithium carbonate (Li₂CO₃) with a ratio of 1:5 were used as the initial reagents to produce lithium ferrite. Before weighing, initial powders were dried for three hours at a temperature of 200°C in a laboratory.
furnace. The mixed powder was milled in ball mill during 10 minutes to homogenize the mixture of initial reagents. Synthesis of lithium ferrite was conducted at 800°C for 120 minutes in "HimLabo" standard laboratory oven. The synthesized lithium ferrite powder was divided into several parts. The samples from the first part were sintered at a temperature of 1050°C for 2 hours (LF_1050). The samples from the second part were sintered for 2 hours at a temperature of 1100°C (LF_1100).

The zirconium dioxide with 1 and 2 wt% was added to synthesized powder from third and fourth parts by mixing in planetary ball mill. Then, the composite powders were sintered in ceramic samples at temperatures of 1100°C and 1050°C (LF_1_1050, LF_1_1100 - the lithium ferrites with 1 wt% ZrO$_2$ were sintered at a temperature of 1050°C and 1100°C, respectively; LF_2_1050, LF_2_1100 - the lithium ferrites with 2 wt% ZrO$_2$ were sintered at a temperature of 1050°C and 1100°C, respectively).

The electrical conductivity of the lithium ceramic was investigated by spreading resistance method [10, 18]. In this case, the electrical resistivity was calculated by the equations:

$$\rho = \frac{U r_0 \pi}{I},$$  \hspace{1cm} (1)

where $U$ – applied voltage, $I$ – current intensity, $r_0$ – contact diameter.

Since the spreading resistance is mainly determined by the contact region, the thickness of which is $r_0$, the method is characterized by high local measurement. The resolution of the method corresponds to the diameter of the contact, and is $\sim 10 \mu$m.

3. Results and discussion

Figures 1 and 2 shows the temperature dependence of the conductivity current for samples sintered at a temperature of 1050°C (figure 1) and 1100°C (figure 2). It can be seen that the curves for electrical conductivity current versus temperature are characterized by linear dependence in logarithmic coordinates for all lithium ferrite samples. The electrical conductivity of ferrite samples increases with the increasing temperature. A similar character of Ln($I$)=f(1/$kT$) dependencies indicates that the addition of ZrO$_2$ has not significant effect on the mechanism of electric transport in lithium ferrites, which is determined by electron hopping between Fe$^{2+}$ and Fe$^{3+}$ heterovalent ions [8].

![Figure 1](image_url)  
**Figure 1.** The temperature dependence of conductivity current for samples sintered at 1050°C.
Figure 2. The temperature dependence of conductivity current for samples sintered at 1100°C.

From electrical conductivity results for all samples, the values of activation energy for electronic conduction ($E_a$) were found as the tangent of the angle slope of the curves in the temperature dependence of conductivity current. Moreover, the electrical resistivity for all samples was calculated using the equations (1). These electrophysical parameters are shown in table 1. The presented data show that the samples are characterized by the high values of the electrical resistivity, which is typical for lithium ferrite. However, the increase in the sintering temperature for samples, as previously were repeatedly shown [19, 20], reduces the electrical resistance of the samples, which is associated with an increase in the concentration of Fe$^{3+}$ ions.

The results showed that the activation energy and electrical conductivity values increase with increasing the ZrO$_2$ addition. This can be attributed to changes in the microstructure of ferrite samples.

Table 1. Electrophysical parameters of ferrite samples.

| Samples      | $E_a$, (eV) | $\rho$, (MOm-cm) |
|--------------|-------------|-----------------|
| LF_1050      | 0.602       | 2.61            |
| LF_1_1050    | 0.726       | 5.45            |
| LF_2_1050    | 0.816       | 16.354          |
| LF_1100      | 0.536       | 0.127           |
| LF_1_1100    | 0.585       | 0.882           |
| LF_2_1100    | 0.69        | 4.015           |

4. Conclusion
Lithium ferrites with the addition of ZrO$_2$ have semiconducting properties. The results showed that electrical conductivity increases with increasing temperature, and characterizes by linear dependence.
The electrophysical parameters, such as the activation energy for electronic conduction and electrical resistivity, were found for all samples, and are characterized by the high values typically for lithium ferrites. It was assumed that the conductivity mechanism are unchanged in the temperature range of 20 - 300°C, and is determined by the hopping of electrons between Fe$^{2+}$ and Fe$^{3+}$ ions.

It was found that addition of ZrO$_2$ and an increase of its up to 2 wt% leads to increase in the activation energy and electrical resistivity. This can be attributed to change in the microstructure of ferrite samples.

Acknowledgements
This work was financially supported by The Ministry of Education and Science of the Russian Federation in part of the science activity program.

Reference
[1] White G O and Patton C E 1978 Magnetic properties of lithium ferrite microwave materials J. Magn. Magn. Mater. 9 299
[2] Baba P D, Argentina G M, Courtney W E, Dionne G F and Temme D H 1972 Fabrication and properties of microwave lithium ferrites IEEE Trans. Magn. 8 83
[3] Edelio B, Mercier T le and Quarton M 1995 Microstructure and physicochemical studies of pure and zinc-substituted lithium ferrites sintered above 1000°C J. Am. Ceram. Soc. 78 365–8
[4] Surzhikov A P, Lysenko E N, Malyshiev A V, Pritulov A M and Kazakovskaya O G 2012 Influence of mechanical activation of initial reagents on synthesis of lithium ferrite Russ. Phys. J. 6 672–7
[5] Surzhikov A P, Frangulyan T S, Ghyngazov S A and Lysenko E N 2012 Investigation of structural states and oxidation processes in Li$_{0.5}$Fe$_{2.5}$O$_4$ using TG analysis. J. Therm. Anal. Calorim. 3 1207–12
[6] El-Shobaky G A and Ibrahim A A 1987 Solid-solid interactions between ferric oxide and lithium carbonate and the thermal stability of the lithium ferrites produced J. Thermoch. Acta 118 151–8
[7] Berbenni V, Marini A and Capsoni D 1998 Solid state reaction study of the system Li$_2$CO$_3$–Fe$_3$O$_4$ J. Phys. 12 997–1003
[8] Matsui T and Wagner J B 1977 Electrical properties of LiFe$_2$O$_4$ J. Electrochem. Soc. 1141–3
[9] Smit J and Wijn H P J 1959 Ferrites: physical properties of ferrimagnetic oxides in relation to their technical applications (Eindhoven, The Netherlands: Philips Technical Library) p 369
[10] Surzhikov A P, Frangulyan T S, Ghyngazov S A, Lisenko E N and Galtseva O V 2006 Investigation of electroconductivity of lithium pentaferrite Russ. Phys. J. 49 506
[11] Green J J and Van Hook H J 1977 Microwave properties of lithium ferrites IEEE Trans. Microwave Theory Tech. 25 155
[12] Surzhikov A P, Lysenko E N and Malyshiev A V 2014 Study of the Radio-Wave Absorbing Properties of a Lithium-Zinc Ferrite Based Composite Russ. Phys. J. 57 621
[13] Li L, Lan Z, Yu Z, Sun K, Xu Z and Ji H 2008 Microstructure, Electrical, and Magnetic Properties of ZrO$_2$ Added MnZn Ferrites IEEE Trans. Magn. 44 2107–12
[14] Wang S -F, Yang H -C, Hsu Y -F and Hsieh C -K 2015 Effects of SnO$_2$,WO$_3$, and ZrO$_2$ addition on the magnetic and mechanical properties of NiCuZn ferrites J. Magn. Magn. Mater. 374 381–7
[15] Sattar A A, El-Sayed H M, Agami W R and Ghani A A 2007 Magnetic Properties and Electrical Resistivity of Zr$^{4+}$ Substituted Li-Zn Ferrite Am. J. Appl. Sci. 4 89–93
[16] Long X, Liu Y, Yao G, Du J, Zhang X, Cheng J and Hua Z 2013 Microstructure and mechanical properties of NiFe$_2$O$_4$ ceramics reinforced with ZrO$_2$ particles with different sintering temperatures J. Alloys Comp. 551 444–50
[17] Hua Z, Yao G, Ma J and Zhang M 2013 Fabrication and mechanical properties of short ZrO$_2$ fiber reinforced NiFe$_2$O$_4$ matrix composites J. Ceram. Int. 39 3699–708

[18] Clarysse T and Vandervorst W 1998 Qualification of spreading resistance probe operations J. Vac. Sci. Technology B: Microelectronics and Nanometer Structures 16 260–71

[19] Surzhikov A P, Ghyngazov S A, Lysenko E N and Frangulyan T S 2004 Grain boundary diffusion in polycrystalline ferrites with different intergranular potential barrier Russ. Phys. J. 47 319–23.

[20] Ghyngazov S A, Lisenko E N, Petyukevich M S and Frangulyan T S 2007 Interaction of lithium-titanium ceramics with air during sintering Russ. Phys. J. 50 134–9.